NOTICE: When government or other drawings, specifications or other data are used for any purpose other than in connection with a definitely related government procurement operation, the U. S. Government thereby incurs no responsibility, nor any obligation whatsoever; and the fact that the Government may have formulated, furnished, or in any way supplied the said drawings, specifications, or other data is not to be regarded by implication or otherwise as in any manner licensing the holder or any other person or corporation, or conveying any rights or permission to manufacture, use or sell any patented invention that may in any way be related thereto.
Quarterly Progress Report #1

For the period February 17, 1964 to May 17, 1964

FACTORS CONTROLLING THE STRENGTH OF COMPOSITE BODIES
(INTERPHASE FRACTURING OF COMPOSITE BODIES)

for

BUREAU OF NAVAL WEAPONS
Washington 25, D. C.

by

E. J. Ripling and S. Mostovoy

QUALIFIED REQUESTERS MAY OBTAIN COPIES OF THIS REPORT DIRECT FROM THE DEFENSE DOCUMENTATION CENTER FOR SCIENTIFIC AND TECHNICAL INFORMATION. FOREIGN ANNOUNCEMENT AND DISSEMINATION OF THIS REPORT BY THE DEFENSE DOCUMENTATION CENTER IS LIMITED.

Only Department of Defense activities may reproduce this document in whole or in part without the express approval of the Chief of the Bureau of Naval Weapons.

Since this is a progress report, the information herein is tentative and subject to change, correction and modification.
ABSTRACT

The factors that control the fracture toughness of adhesive joints at ambient temperature and humidity are the adherend material, its surface finish and geometry, the adhesive composition and curing procedure, the bond thickness, the loading rate and resulting crack velocity and fracture type. Of major concern is the fracture type and the range of crack velocities associated with each type. Because toughness is dependent on propagation rate, it is necessary to measure the parameters of fast moving cracks. Consequently, the major effort during this first quarterly period was directed toward assembling and evaluating high strain rate recording equipment. It is now possible by means of an oscilloscope to record load-deflection, deflection-time, load-time and crack length-time simultaneously up to and during crack propagation. In addition, the fracture surface can be marked with a ripple pattern of known frequency so that the cracking rate can be measured over microscopic distances.

Preliminary tests indicate that a stoichiometric composition of Dow 332 and TEPA results in joints with a toughness $(\frac{\sigma}{\tau})$ of $1/4$ to $1/2$ that of Budd Photostress Type A which was used previously. The crack extension force for a running crack is 75 percent that of a stationary crack, and aluminum bond surface finished of 10 and 25 micro-inch (rms) produce identical toughness.
INTRODUCTION

Previous work on the application of fracture mechanics to adhesive joints indicated that the toughness of the system was controlled by the rate at which the crack propagated through the adhesive. This rate generally was not a reflection of the speed at which cracking energy was supplied to the sample, but appeared to depend on the fracture type: abrupt jumping cracks have smooth, bright fracture surfaces and resulted in low toughnesses, while slow moving cracks produced dull surfaces with high toughnesses. Bond thickness appeared to affect toughness by encouraging either a bright or dull fracture. At moderate displacement rates, the bond thickness effect diminished and fracturing occurred more and more by a series of jumps.

Since crack velocities during the jump outran standard pen recording speeds, higher rate recording equipment was necessary to evaluate the toughness of running cracks. Consequently, an oscilloscope which plots the load and extension variables has been added to the standard testing procedure previously described (1). To macroscopically measure cracking rates, conducting paint lines are placed at quarter inch intervals along the sample length and, as these break, they locate the crack front. To measure rates within a single jump, a much finer measuring technique was required. This is accomplished by supplying a known audio signal to a bell coil that is mounted onto one half the test sample and made to oscillate by surrounding it with a powerful magnet. The vibrations cause the fracture to deflect
slightly from its path leaving a ripple pattern whose period is measured after the test is completed to obtain a crack velocity profile during propagation.

The epoxy has been changed from Budd Photostress Type A to the more generally applicable Dow 332 resin and TEPA hardener. Since this same system is being used by the three cooperating contractors on the study of composite bodies, data collected by each contractor will be interchangeable.

In the previous study of a glass-epoxy-glass system, changes in bond surface roughness were found to produce a two-fold variation in toughness. Consequently, some preliminary data is also being collected on the effect of surface finish of aluminum and steel adherends.

MATERIALS AND PROCEDURES

Epoxy Formulation

In the first attempts to measure toughness of joints it appeared necessary to determine the stress field surrounding the crack tip by photoelastic means. Consequently, Budd Photostress Type A was selected as the adhesive. Since $K_i$ is now being determined by energy methods, a very pure epoxy resin and hardener system, i.e. Dow 332 and TEPA, has been substituted so that the three contractors in the program will be readily able to compare appropriate experimental results.

- 3 -
Sample Preparation

Adherend bond surfaces were prepared in a manner similar to that described in Ref. 2. Cleaning solutions and procedures were of a standard type for epoxy joints (see, for example, Ref. 3). Changes made in the course of this testing program include the use of a milled adherend bond surface in addition to ground ones to obtain a variety of surface finishes as well as the use of glass cast silastic tapes to obtain uniform thin coatings of epoxy (5 to 15 mil max) on the sides of the sample. These flat, insulated side surfaces were necessary for putting on painted circuit lines as discussed later. Homogeneous epoxy reference samples for tensile and fracture toughness evaluation were also made using silastic, cast against glass forms as a mold.

Modified Tensile Mode Toughness ($\gamma_{IC}$) Specimen

Samples used previously had the loading hole placed on the crack line. The loading holes for this study were moved to the neutral axis of the two adherends to minimize the tendency for rotation and twisting of the adherends during testing. The stiffer loading grips that this hole design permitted enables evaluation of $\gamma_{IC}$ using an Instron tensile machine, which is a good deal softer than the device used initially. A schematic drawing of a sample ready for testing is shown in Fig. 1. A recheck of compliance-crack length data, using calibration bars, was in good agreement with the equations used in developing the nomograph (1).

Measurement of Crack Rate

The influence of cracking rate on fracture toughness of adhesive joints is probably of the same order of importance as stress state. Since
conventional pen recording equipment cannot follow even moderately fast loading times to fracture, i.e. less than $1/2$ to $1/10$ sec., other techniques had to be used to follow crack propagation and establish the influence of crack velocity on toughness.

A four-channel x-y Tektronix storage oscilloscope has been adapted to simultaneously record load (from an in-series load cell) vs. deflection, deflection vs. time, load vs. time and crack front position vs. time. The latter is obtained by painting lines of conductive paint across the expected fracture path at quarter inch intervals as shown in Fig. 2. In series with each of these lines is a resistor and these are all connected in parallel. The parallel bank is in series with an external resistive element, $R_M$, across which the voltage is measured. As the crack passes each conductive line, it removes one resistor from the parallel circuit so that the measured voltage $E_{Ma}$ decreases. This decrease is proportional to the number of lines broken, and so long as $R_M$ is small compared with the individual resistances, the crack length is given by:

$$E_{Mo} - E_{Ma} = (N_o - N_a) \frac{E_i}{R_1} R_M$$

where

$E_{Mo} = 1.67 \text{ v.}$ = initial voltage across $R_M$

$E_{Ma}$ = voltage across $R_M$ as circuit lines are broken

$N_o$ = 40 lines spaced 1/4 inch apart = no. of original elements

$N_a$ = no. of unbroken elements

$R_1 = 20,000$ ohms

$R_M = 100$ ohms
A schematic diagram of the test set-up is shown in Fig. 3, and a block diagram of the circuitry in Fig. 4. A diagram of the typical data obtained on a single sample is shown in Fig. 5. At slow head speeds the oscilloscope data is recorded simultaneously with that of the Instron and an x-y recorder driven by separate load and deflection transducers: good correlation between all instruments has been obtained.

Crack velocity on a fine scale is obtained by ripple markings on the fractured surfaces at the completion of the test. The markings are made by vibrating one half of the sample while the crack is running. This is accomplished by an oscillator consisting of an audio generator coupled to a bell coil through a 60 watt audio amplifier. The bell coil transducer is bolted to one half of the specimen and magnetic force supplied via a 5200 Gauss magnet. The oscillating frequencies used to date have been 50 and 100 cps. Ripple marking separated by from .1 to .25 inch at 100 cps. show the crack velocity to vary from 1.7 to 4 ft./sec. This ripple-marking crack rate measuring procedure was suggested by NRL.

TEST RESULTS

Only a very limited amount of test data has been collected to date. Hence, all of the test results listed below must be considered as tentative. Nevertheless, the fracture toughness of a stoichiometric composition of Dow 332 resin with TEPA (14.2 parts TEPA to 100 parts resin) has a toughness one quarter to one half of that found for the previously used Budd epoxy. An examination of the scope trace of the load displacement curve indicates that the fracture toughness of a running crack is only about 25% lower than that of a starting crack.
Crack velocities, \( \dot{a}'s \), observed to date, i.e. 1.7 to 4 ft./sec., are much lower than the 100 to 500 ft./sec. cracks expected in this material at the lowest point in the \( J_c \) vs. \( \dot{a} \) curve. Hence, it is expected that \( J_c \) will continue to decrease with increasing cracking rates over two more orders of magnitude. The ripple markings indicate that as the crack jumps from one stop to the next, \( \dot{a} \) attains its maximum value very soon after motion is initiated and then decreases over a relatively long time period.

The effect of bond surface finish seems to be insignificant for the aluminum-epoxy-aluminum system, although surfaces of only ten and twenty-five micro-inches have been evaluated to date.

**FUTURE WORK**

With the ability to measure crack velocity on both a micro- and a macroscopic basis, the influence of strain rate on fracture toughness will now be determined. This data is expected to supplement the experiments now under way at Alpha R and D and the University of Illinois. Although the effect of combining \( J_c \) and \( K \) measurements have not been attempted as yet, an apparatus has been designed for this type of testing, and it is expected that these data will assist in understanding the bulk properties being measured at the University of Illinois.
Fig. 2 PAINTED CIRCUIT LINE SCHEMATIC DIAGRAM.
Fig. 3 INSTRUMENTAL MEASURING AND LOADING ARRANGEMENT USING INSTRON TENSILE MACHINE (SCHEMATIC).
Fig. 4 BLOCK DIAGRAM OF LOW AND HIGH STRAIN RATE MEASURING INSTRUMENTS FOR \( \sigma_{1c} \) DETERMINATION
Fig. 5  Identification of 4 Channel Oscilloscope Traces - Slow Moving Crack
Distribution List - Contract NOw 64-0414-c

Bureau of Naval Weapons
Washington, D. C., 20360
Attn: DLI-31
RRMA-31 (7 copies)
RMMP-23 (1 copy)
SP (1 copy)
DLI-31 (2 copies)
DLI-302 for DDC (20 copies)

Alpha R and D, Inc.
14323 South Western Avenue
Blue Island, Illinois 60406

Professor H. T. Corten
Dept. of Theoretical and Appl. Mech.
University of Illinois
Urbana-Champaign, Illinois

Naval Research Laboratory
Washington, D. C., 20390
Code 6100 (1 copy)
Code 6200 (1 copy)
Code 6210 (1 copy)

Narmco R and D Division
Whittaker Corporation
3540 Aero Court
San Diego, California 92123
William Otto (1 copy)
Bud Duft (1 copy)

Naval Ordnance Laboratory
White Oak, Maryland
Attn: WM Division

Air Force Materials Laboratory, RTD
Wright-Patterson Air Force Base
Ohio 45433
MAN (1 copy)
MANC (1 copy)
MAAE (1 copy)
MAAM (1 copy)
MAT (1 copy)

U. S. Naval Applied Science Laboratory
New York Naval Shipyards
Brooklyn, New York
Attn: Code 9350

Plastics Technical Evaluation Center
Picatinny Arsenal
Dover, New Jersey (2 copies)

David Taylor Model Basin
Washington D. C., 20007
Attn: Code 725

Defense Metals Information Center
Battelle Memorial Institute
505 King Avenue
Columbus, Ohio 43201

Chief of Naval Research
Washington, D. C., 20360
Dr. J. Skenk (1 copy)
Dr. H. Liebowitz (1 copy)
Mr. Harry Fox (1 copy)

Army Materials Research Agency
Watertown Arsenal
Watertown 72, Massachusetts
Attn: OPT
Distribution List - Contract NOw 64-0414-c - Page 2

Directorate of Research and Engineering
Watervliet Arsenal
Watervliet, New York

Technical Information Center
Kidde Aero-Space Division
Walter Kidde and Company, Inc.
Belleville 9, New Jersey

Alleghany Ballistic Laboratory
Cumberland, Maryland
Attn: Dr. N. LeBlanc
Mr. R. Woodberry

Aerojet-General Corporation
P. O. Box 1947
Sacramento, California
Attn: Dr. F. J. Climent

Technical Library
Aerojet-General Corp.
Azusa, California

Solar Aircraft Company
2200 Pacific Highway
San Diego 12, California
Attn: John V. Long

Professor John Outwater
University of Vermont
Burlington, Vermont

Air Force Ballistic Missile Division
Hq. Air R and D Command
P. O. Box 262
Inglewood, California

General Electric Company
Schenectady, New York
Attn: Mr. T. Jordan

A. O. Smith Company
Milwaukee 1, Wisconsin
Attn: W. A. Deringer

Aerojet-General Corp.
P. O. Box 296
Azusa, California
Attn: Mr. W. Cox
Dr. S. Berlant

IIT Research Institute
Technology Center
10 West 35th Street
Chicago, Illinois 60616
Attn: Dr. J. W. Dally

Covens-Corning Fiberglas Corp.
806 Connecticut Avenue NW
Washington 6, D. C.
Attn: Mr. R. J. Weaver

Pittsburgh Plate Glass Company
7203 Chestnut Street
Washington D. C. 20015
Attn: Mr. R. Harmon

U. S. Rubber Research Center
Wayne, New Jersey
Attn: Mr. E. Francois, Jr.

Shell Chemical Company
Plastics and Resins Division
110 West 51st Street
New York 20, New York
Attn: Mr. Barton C. Brown
Distribution List - Contract NOw 64-0414-c - Page 3

Brunswick Corporation
Marion, Virginia
Attn: Mr. Wm. McKay

Professor Fred McGarry
Massachusetts Institute of Technology
Cambridge 39, Massachusetts

Douglas Aircraft Corp.
Missile and Space Systems Division
3000 Ocean Park Blvd.
Santa Monica, California
Attn: Mr. J. H. Cunningham

General Electric Company
Space Sciences Lab
P. O. Box 8555
Philadelphia 1, Pa.
Attn: Mr. B. Walter Rosen

Goodyear Aerospace Corp.
1210 Massillon Road
Akron 15, Ohio
Attn: Mr. R. A. Berkeley, Dept. 481

The RAND Corporation
Santa Monica, California
Attn: Dr. George A. Hoffman

Avco Corporation
Undersea Projects Directorate
201 Lowell Street
Wilmington, Massachusetts

P. R. Mallory and Company, Inc.
Technical Services Lab
Indianapolis 6, Indiana

Union Carbide Plastics Company
P. O. Box 670
River Road
Bound Brook, New Jersey 08805
Attn: Mr. A. S. Burhans

Bell Telephone Laboratories, Inc.
Murray Hill, New Jersey
Attn: Mr. R. Sabia

Minnesota Mining and Mfg. Co.
Reinforced Plastics Division
2501 Hudson Road
St. Paul 10, Minnesota

Professor James L. Lubkin
Department of Civil Engineering
Michigan State University
East Lansing, Michigan

Monsanto Research Corp.
Everett, Massachusetts
Attn: Dr. Lucius Gilman

Mr. J. Marian
University of California
Forest Products Laboratory
1301 South 46th Street
Richmond, California

Hercules Research Center
Wilmington 99, Delaware
Attn: Mr. J. T. Paul